## Acta Crystallographica Section E

## Structure Reports

Online
ISSN 1600-5368

## Ning Shan* and William Jones

Department of Chemistry, University of Cambridge, Lensfield Road, Cambridge CB2 1EW, England

Correspondence e-mail: ns261@cam.ac.uk

## Key indicators

Single-crystal X-ray study
$T=180 \mathrm{~K}$
Mean $\sigma(\mathrm{C}-\mathrm{C})=0.002 \AA$
$R$ factor $=0.040$
$w R$ factor $=0.101$
Data-to-parameter ratio $=12.5$
For details of how these key indicators were automatically derived from the article, see http://journals.iucr.org/e.
(C) 2001 International Union of Crystallography Printed in Great Britain - all rights reserved

## 1,4-Benzenedimethanol

The title compound, p-phenylenedimethanol, $\mathrm{C}_{8} \mathrm{H}_{10} \mathrm{O}_{2}$, crystallizes in the space group $P 2_{1} / n$ and forms extensive supramolecular sheets parallel to (001) via $\mathrm{O}-\mathrm{H} \cdots \mathrm{O}$ hydrogen bonds. Sheets stack along the $c$ axis via weak $\mathrm{C}-$ $\mathrm{H} \cdots \mathrm{O}$ interactions. The molecule has no crystallographic symmetry.

## Comment

1,4-Benzenedimethanol, (I), with molecular $\overline{1}\left(C_{i}\right)$ symmetry, is of interest in our study of crystal engineering because of the possible hydrogen-bonded packing arrangements it might adopt. Although numerous studies have been reported on the crystal structures of hydroquinone, with three polymorphs having been determined [the $\alpha$-form (Lindeman et al., 1981), the $\beta$-form (Wallwork \& Powell, 1980) and the $\gamma$-form (Maartmann-Moe, 1966)], the structure of 1,4-benzenedimethanol has not yet been reported. We present here its crystal structure and show that the hydrogen-bond arrangement is similar to that of hydroquinone in its $\gamma$ form.

(I)

The asymmetric unit of (I) consists of only one molecule (Fig. 1), with no crystallographic symmetry. In the crystal structure, the hydroxy groups are linked by $\mathrm{O} 1-\mathrm{H} 01 \cdots \mathrm{O} 2^{i}$ and $\mathrm{O} 2-\mathrm{H} 02 \cdots \mathrm{O} 1^{\mathrm{ii}}$ hydrogen bonds alternately along the $a$ axis (symmetry codes as in Table 1). Infinite supramolecular sheets are formed parallel to (001) (Fig. 2). Molecules of (I) pack in a herring-bone arrangement with the benzene rings seen edge-on along the $c$ axis. The supramolecular sheets may then be considered to stack in an $A B A B$ arrangement along the $c$ axis, with $\mathrm{C} 2-\mathrm{H} 2 \cdots \mathrm{O} 1^{\text {iii }}$ hydrogen bonds (symmetry code as in Table 1) linking the adjacent layers (Fig. 3).

## Experimental

1,4-Benzenedimethanol was obtained from Aldrich. 20 mg of the complex was dissolved in 20 ml of ethanol. Crystals were obtained by slow evaporation of the solution at room temperature.

Received 14 November 2001 Accepted 20 November 2001 Online 30 November 2001


Figure 1
The molecular unit of (I) showing displacement ellipsoids at the $50 \%$ probability level ( $X P$; Sheldrick, 1993).

## Crystal data

$\mathrm{C}_{8} \mathrm{H}_{10} \mathrm{O}_{2}$
$M_{r}=138.16$
Monoclinic, $P 2_{\AA} / n$
$a=4.8118(3) \AA$
$b=15.4697(14) \AA$
$c=9.7712(8) \AA$
$\beta=101.798(5)^{\circ}$
$V=711.97(10) \AA^{3}$
$Z=4$

$$
D_{x}=1.289 \mathrm{Mg} \mathrm{~m}^{-3}
$$

Mo $K \alpha$ radiation
Cell parameters from 2696
reflections
$\theta=1.0-25.0^{\circ}$
$\mu=0.09 \mathrm{~mm}^{-1}$
$T=180$ (2) K
Needle, colourless
$0.46 \times 0.10 \times 0.05 \mathrm{~mm}$

## Data collection

| Nonius KappaCCD diffractometer | 974 reflections with $I>2 \sigma(I)$ |
| :--- | :--- |
| Thin-slice $\omega$ and $\varphi$ scans | $R_{\text {int }}=0.043$ |
| Absorption correction: multi-scan | $\theta_{\max }=25.0^{\circ}$ |
| $\quad(S O R T A V ;$ Blessing, 1995) | $h=-5 \rightarrow 5$ |
| $T_{\min }=0.890, T_{\max }=0.918$ | $k=-18 \rightarrow 18$ |
| 4055 measured reflections | $l=-9 \rightarrow 11$ |
| 1238 independent reflections |  |

1238 independent reflections

## Refinement

Refinement on $F^{2}$
$R\left[F^{2}>2 \sigma\left(F^{2}\right)\right]=0.040$
$w R\left(F^{2}\right)=0.101$
$S=1.05$
1238 reflections
99 parameters
H atoms treated by a mixture of independent and constrained refinement

$$
\begin{gathered}
w=1 /\left[\sigma^{2}\left(F_{o}^{2}\right)+(0.0455 P)^{2}\right. \\
\quad+0.1336 P] \\
\text { where } P=\left(F_{o}^{2}+2 F_{c}^{2}\right) / 3 \\
(\Delta / \sigma)_{\max }<0.001 \\
\Delta \rho_{\max }=0.15 \mathrm{e}^{-3} \AA^{-3} \\
\Delta \rho_{\min }=-0.17 \mathrm{e}^{-3}
\end{gathered}
$$

Figure 3
Projection on to (100) showing the stacking of the supramolecular sheets in an $A B A B$ arrangement (CAMERON; Watkin et al., 1996).

Table 1
Hydrogen-bonding geometry $\left(\AA^{\circ},^{\circ}\right)$.

| $D-\mathrm{H} \cdots A$ | $D-\mathrm{H}$ | $\mathrm{H} \cdots A$ | $D \cdots A$ | $D-\mathrm{H} \cdots A$ |
| :--- | :--- | :--- | :--- | :--- |
| $\mathrm{O} 1-\mathrm{H} 01 \cdots \mathrm{O}^{\mathrm{i}}{ }^{\mathrm{i}}$ | $0.90(3)$ | $1.82(3)$ | $2.7138(15)$ | $174(2)$ |
| $\mathrm{O} 2-\mathrm{H} 02 \cdots \mathrm{O} 1^{\mathrm{ii}}$ | $0.92(2)$ | $1.81(3)$ | $2.7238(14)$ | $170(2)$ |
| $\mathrm{C} 2-\mathrm{H} 2 \cdots \mathrm{O} 1^{\mathrm{iii}}$ | 0.95 | 2.70 | $3.566(2)$ | 152 |
| Symmetry codes: (i) $\frac{1}{2}-x, \frac{1}{2}+y, \frac{3}{2}-z ;$ (ii) $\frac{3}{2}-x, y-\frac{1}{2}, \frac{3}{2}-z ;$ (iii) $\frac{1}{2}+x, \frac{1}{2}-y, \frac{1}{2}+z$. |  |  |  |  |

All H atoms bonded to C atoms were positioned geometrically and refined using a riding model with the $U_{\text {iso }}$ values for each H atom taken as $1.2 U_{\text {eq }}$ of the carrier atom. H 01 and H 02 , bonded to oxygen, were located from a difference Fourier map and refined freely.

Data collection: COLLECT (Nonius, 1998); cell refinement: HKL SCALEPACK (Otwinowski \& Minor, 1997); data reduction: HKL $D E N Z O$ (Otwinowski \& Minor, 1997) and SCALEPACK; program(s) used to solve structure: SHELXS97 (Sheldrick, 1997); program(s) used to refine structure: SHELXL97 (Sheldrick, 1997); molecular graphics: $X P$ (Sheldrick, 1993) and CAMERON (Watkin et al., 1996); software used to prepare material for publication: SHELXL97.

We are grateful for a DWEF Cambridge Scholarship and ORS Award (NS) as well as financial assistance from EPSRC with the purchase of the CCD diffractometer. We also thank Dr J. E. Davies for data collection.

## References

Blessing, R. H. (1995). Acta Cryst. A51, 33-38.
Lindeman, S. V., Shklover, V. E. \& Struchkov, Y. T. (1981). Cryst. Struct. Commun. 10, 1173-1179.
Maartmann-Moe, K. (1966). Acta Cryst. 21, 979-982.
Nonius (1998). COLLECT. Nonius BV, Delft, The Netherlands.
Otwinowski, Z. \& Minor, W. (1997). Methods in Enzymology, Vol. 276, Macromolecular Crystallography, Part A, edited by C. W. Carter \& R. M. Sweet, pp. 307-326. London: Academic Press.
Sheldrick, G. M. (1993). XP. University of Göttingen, Germany.
Sheldrick, G. M. (1997). SHELXS97 and SHELXL97. University of Göttingen, Germany.
Wallwork, S. C. \& Powell, H. M. (1980). J. Chem. Soc. Perkin Trans. 2, 641646.

Watkin, D. J., Prout, C. K. \& Pearce, L. J. (1996). CAMERON. Chemical Crystallography Laboratory, University of Oxford, England.

